Chapter

CrN Sputtered Thin Films for Supercapacitor Applications

Mohammad Arif, Amit Sanger and Arun Singh

Abstract

The growing demand of energy storage device has attracted significant attention toward transition metal nitrides because of their remarkable mechanical, electronic, and catalytic applications. Here, sputtered chromium nitride thin films deposited on steel substrate have been used as a working electrode for supercapacitor application. The deposited columnar CrN thin films show (111) and (200) planes of cubic phase. The electrochemical properties of CrN working electrode exhibit high specific capacitance of 41.8 F/g at the scan rate of 5 mV/s with excellent capacitance retention up to 2000 cycles. The supercapacitive performance of the CrN films suggests the potential application for supercapacitors.

Keywords: energy storage, supercapacitor, chromium nitride, sputtering

1. Introduction

Increasing impetus for renewable energy has directed the extensive growth of semiconductor technology market during the last decade. Among various energy storage devices, supercapacitor (SC) and lithium-ion battery (LIB) are the most anticipated devices [1]. Comparatively, SCs have better power density, charging/discharging ability, and reversibility to LIBs. Based on the mechanism, SCs are categorized into electrical double-layer capacitors (EDLCs) and pseudocapacitors [2, 3]. Currently, metal oxides are extensively used for SCs because of their high pseudocapacitance. However, these materials suffer low electrical conductivity and fickle stability during long cycles [4].

Therefore, exploring new materials and design for future advancement of the electrochemical properties of supercapacitors is prime requirement. Recently, metal nitrides are found to be prospective contenders for electrochemical applications because of their exceptional thermal and mechanical stability, high melting point, hardness, and excellent electrical conductivity (4000–55,500 S/cm) [5–11]. Among various metal nitrides, cubic CrN films are widely used in optoelectronics and MEMS applications due to its large bandgap [12, 13]. However, electrochemical capabilities of CrN nanostructured films were not emphasized. CrN films can be synthesized by physical vapor deposition methods, chemical vapor deposition, and ammonolysis [14]. Among these, sputtered CrN films are uniform, reproducible, and highly pure.

Herein, sputtered CrN thin films were deposited on steel substrate. The supercapacitive behavior of CrN working electrodes were examined via cyclic voltammetry (CV) and electrochemical impedance spectroscopy (EIS).
2. Experimental details

In this study, supercapacitor working electrodes were fabricated using 304L stainless steel as current collector (0.5 mm thick, 9 cm² area) coated with sputtered CrN thin film. Prior to deposition, the steel substrates were polished with SiC abrasive paper and ultrasonically washed with alcohol and acetone, respectively. The thin film deposition was carried out for 60 min by applying 50 W power and 5 mTorr (Ar:N₂::1:1) working pressure using Cr target (99.99% pure, Testbourne Ltd., UK), keeping the current collector at 5 cm and 300°C.

The sputtered CrN thin films were characterized via X-ray diffraction (Bruker AXS, D8 advance), FE-SEM (Carl Zeiss, Ultra plus), energy dispersive X-ray analysis (EDAX, Oxford Instruments), Raman spectroscopy (Renishaw, United Kingdom), and X-ray photoelectron spectroscopy (XPS, PerkinElmer model 1257). The supercapacitive behavior of CrN working electrodes was examined via electrochemical workstation (CHI-660D) in a three-electrode cell in 1 M Na₂SO₄ solution.

The specific capacitance (F/g) of working electrode was calculated from the CV curves using Eq. (1), respectively:

\[ C_s = \frac{Q}{m \times \Delta V} = \frac{\int V I(V) dV}{m \times \Delta V \times v} \]  

(1)

Where specific capacitance \( C_s \) is in F/g, \( Q \) is charge in coulomb, \( m \) is mass of the active material in gram, \( v \) is the scan rate in V/s, and \( \Delta V \) is the potential window between the positive (\( V^+ \)) and negative (\( V^- \)) electrodes in volt [3]. The loading mass of active material was around ~12 mg.

3. Results and discussion

As depicted in Figure 1, the XRD spectrum of sputtered cubic CrN thin films shows three characteristic peaks at 37.45°, 43.35°, and 63.37 corresponding to (111), (200), and (220) planes (JCPDS file no. 110065) [15]. The working electrode also shows three characteristic peaks at 44.54°, 50.56°, and 73.96° corresponding to (111), (200), and (220) planes of cubic phase of 304 L steel substrate (JCPDS file no. 10752128) [16].

As shown in Figure 2, the CrN thin film depicts two Raman active modes centered at 238 cm⁻¹ corresponding to vibrations of metal atoms, and 619 cm⁻¹ corresponding to vibrations of lighter nonmetal ions [17].

As depicted in Figure 3, XPS measurements were carried out to study the chemical structure of CrN film. The XPS spectra of N1 s depict two binding energies peaks at 396.96 and 398.56 eV, corresponding to the CrN and adsorbed nitrogen, respectively (Figure 3a). The XPS spectra of Cr₂P₃/2 depict a peak at 575.76 eV corresponding to CrN (Figure 3b), well corroborated with the XRD and Raman results [18].

As depicted in Figure 4a and b, the FE-SEM images represent columnar porous morphology of CrN working electrode. The EDS spectra represents the stoichiometric chemical composition (1:1) of CrN working electrode.

To compare the CrN film and current collector, the CV curves were measured at a high scan rate of 200 mV/s. The CV curve depicted that CrN film is key contributor in supercapacitive performance as working electrode swept a more area than that of the current collector (Figure 5a). The CV plots of working electrode were tested between 0 and 1.2 V range at scan rates 5–200 mV/s in 1 M Na₂SO₄.
solution (Figure 5b). The CV curves of working electrode showed the symmetric and reversible plots with good capacitive behavior [19]. The plot between specific capacitance (Cs) versus scan rates is represented in Figure 5c, showing 41.66, 31.25, 16.7, 12.5, and 11.2 F/g at the scan rates of 5, 20, 50, 100, and 200 mV/s, respectively, well corroborated with the available literature [18, 20].

Table 1 shows the specific capacitance values of present case along with previously reported literature. As shown in Figure 5d, the CrN working electrode demonstrated excellent capacitance retention of 87% after 2000 cycles at a scan rate of 200 mV/s [21]. The reduction in capacitive retention is due to the dissolution of active sites of CrN films.
The EIS spectroscopy of CrN working electrode was measured between the frequency range of 0.01 and 100 kHz. As depicted in Figure 5e, the Nyquist plot of CrN working electrode showed a straight line in low frequency range, which represents the diffusion of ions at the electrode-electrolyte interface [22]. The Nyquist plot of CrN working electrodes showed a semicircle in high frequency range, which represents the electronic resistance and contact resistance between active material and current collector (inset of Figure 5e). The equivalent circuit model of working electrode is shown in Figure 5f. From the EIS circuit model, the electrolyte resistance (R_s) was found to be 1.77 Ω, corresponding to good ionic conductivity of the
CrN Sputtered Thin Films for Supercapacitor Applications
 DOI: http://dx.doi.org/10.5772/intechopen.81469

Figure 5.
(a) CV curve of CrN working electrode and steel current collector at 200 mV/s, (b) CV curve of CrN working electrode at different scan rates, (c) specific capacitance vs. scan rate graph, (d) capacitive retention curve of CrN thin film working electrode, (e) Nyquist plot (inset shows the enlarged Nyquist plot at the high frequency region), and (f) corresponding equivalent circuit model. (Adapted from Mohd. Arif et al., with permission from Elsevier. Copyright 2018) [23].

Table 1.
Comparison of the specific capacitance of chromium nitride-based supercapacitor electrodes reported in the literature. (Adapted from Mohd. Arif et al., with permission from Elsevier. Copyright 2018) [23].
electrolyte. The charge transfer resistance ($R_{ct}$) was found to be 6.15 $\Omega$, owing to the contact between CrN film and steel substrate.

4. Conclusion

In summary, the supercapacitive behavior of sputter-deposited columnar-type cubic CrN-coated working electrode was tested. The CrN working electrode shows high specific capacitance of 41.6 F/g in 1 M Na$_2$SO$_4$ at the scan rate of 5 mV/s with the excellent capacitance retention (87% after 2000 cycles). These good electrochemical properties demonstrated that the CrN-based supercapacitor electrode has excellent potential in supercapacitor applications.

Acknowledgements

M. Arif and A. Sanger have equal contribution in this chapter. The authors would like to acknowledge the financial support from the Department of Science & Technology (DST), Ministry of Science & Technology, India.

Conflict of interest

The authors declare no conflict of interest.
References

[1] Wang D, Hu M, Jinag D, Gao X, Fu Y, Wang Q, et al. Preparation and characterization of the CrN nanocone array textured WS$_2$ film. Materials Letters. 2017;188:267-270

[2] Lin J, Sproul WD, Moore JJ, Chistyakov R, Abraham B. Structurally laminated CrN films deposited by multi pulse modulated pulsed power magnetron sputtering. Surface and Coatings Technology. 2011;206:1780-1786

[3] Sanger A, Kumar A, Kumar A, Jain PK, Mishra YK, Chandra R. Silicon-carbide nano cauliflowers for symmetric supercapacitor devices. Industrial and Engineering Chemistry Research. 2016;55:9452-9458

[4] Zhu C, Yang P, Chao D, Wang X, Zhang X, Chen S, et al. All metal nitrides solid-state asymmetric supercapacitors. Advanced Materials. 2015;27:4566-4571

[5] Lu X, Liu T, Zhai T, Wang G, Yu M, Xie S, et al. Improving the cycling stability of metal–nitride supercapacitor electrodes with a thin carbon shell. Advanced Energy Materials. 2014;4(1300994):1-6

[6] Balogun M, Qiu W, Wang W, Fang P, Lu X, Tong Y. Recent advances in metal nitrides as high-performance electrode materials for energy storage devices. Journal of Materials Chemistry A. 2015;3:1364-1387

[7] Yue Y, Han P, Dong S, Zhang K, Zhang C, Shang C, et al. Nanostructured transition metal nitride composites as energy storage material. Chinese Science Bulletin. 2012;57:4111-4118

[8] Singh R, Chakravarty A, Chowdhury U, Bhattacharya D, Biswas SK. Electrical conduction in aluminium nitride–single-walled carbon nanotube nanocomposites. Materials Letters. 2018;215:144-147

[9] Guo K, Lu J, Guo Q. A facile method of massively producing three-dimensional silicon nitride nanowire cloth. Materials Letters. 2016;185:222-225

[10] Gao T, Gong L, Wang Z, Yang Z, Pan W, He L, et al. Boron nitride/reduced graphene oxide nanocomposites as supercapacitors electrodes. Materials Letters. 2015;159:54-57

[11] Xie K, Yang J, Zhang Q, Guo H, Hu S, Zeng Z, et al. Burning the mixture of graphene and lithium nitride for high-performance supercapacitor electrodes. Materials Letters. 2017;195:201-204

[12] Figueiredo NM, Louro C, Galindo RE, Climent-Font A, Cavaleiro A. Structural and mechanical properties of Au alloyed AlO sputter deposited coatings. Surface and Coatings Technology. 2012;206:4463-4466

[13] Constantin C, Haider MB, Ingram D, Smith AR. Metal/semiconductor phase transition in chromium nitride (001) grown by rf-plasma-assisted molecular-beam epitaxy. Applied Physics Letters. 2004;85:6371-6373

[14] Kumbhar VS, Jagadale AD, Shinde NM, Lokhande CD. Chemical synthesis of spinel cobalt ferrite (CoFe$_2$O$_4$) nanoflakes for supercapacitor application. Applied Surface Science. 2012;259:39-43

[15] Umm-I-Kalsoom RA, Ali N, Khan IA, Saleem S, Ikhlq U, Khan N. Effect of power and nitrogen content on the deposition of CrN films by using pulsed dc magnetron sputtering plasma. Plasma Science and Technology. 2013;15:666-672

[16] Baldenebro-Lopez FJ, Gomez-Esparza CD, Corral-Higuera R,
Arredondo-Rea SP, Pellegrini-Cervantes MJ, Ledezma-Sillas JE, et al. Influence of size on the microstructure and mechanical properties of an AISI 304L stainless steel—a comparison between bulk and fibers. Materials. 2015;8:451-461

[17] Barata A, Cunha L, Moura C. Characterisation of chromium nitride films produced by PVD techniques. Thin Solid Films. 2001;398-388:501-506

[18] Wei B, Liang H, Zhang D, Wu Z, Qi Z, Wang Z. CrN thin films prepared by reactive DC magnetron sputtering for symmetric supercapacitors. Journal of Materials Chemistry A. 2017;5:2844-2851

[19] Choi D, Blomgren GE, Kumta PN. Fast and reversible surface redox reaction in nanocrystalline vanadium nitride supercapacitors. Advanced Materials. 2006;18:1178-1182

[20] Das B, Behm M, Lindbergh G, Reddy MV, Chowdari BVR. High performance metal nitrides, MN (M = Cr, Co) nanoparticles for non-aqueous hybrid supercapacitors. Advanced Powder Technology. 2015;26:783-788

[21] Garzon-Fontecha A, Castillo HA, Restrepo-Parra E, De La Cruz W. The role of the nitrogen flow rate on the transport properties of CrN thin films produced by DC magnetron sputtering. Surface and Coatings Technology. 2018;334:98-104

[22] Zhang L, Dou SX, Liu HK, Huang YH, Hu XL. Symmetric electrodes for electrochemical energy storage devices. Advancement of Science. 2016;3:12-21

[23] Arif M, Sanger A, Singh A. Sputter deposited chromium nitride thin electrodes for supercapacitor applications. Materials Letters. 2018;220:213-217